Acta Cryst. (1996). C52, 220-222

# The 1:1 Complex Formed by 4-Nitropyridine $\boldsymbol{N}$-Oxide and 4-Aminobenzoic Acid 

Rodolfo Moreno Fuquen, ${ }^{a}$ Regina Helena De Almeida Santos ${ }^{b}$ and Johannes Rüdiger Lechat ${ }^{b} \dagger$<br>${ }^{a}$ Departamento Química, Facultad de Ciencias, Universidad del Valle, Apartado 25360, Cali, Colombia, and ${ }^{5}$ DQFM<br>Instituto de Química de São Carlos, USP, CEP 13560.250. São Carlos, SP, Brazil

(Received 31 October 1994; accepted 24 July 1995)


#### Abstract

The co-crystal, $\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{~N}_{2} \mathrm{O}_{3} . \mathrm{C}_{7} \mathrm{H}_{7} \mathrm{NO}_{2}$, owes its formation to an intermolecular hydrogen bond between the $\mathrm{N}-\mathrm{O}$ and $\mathrm{O}-\mathrm{H}$ groups. The crystal structure exhibits overlap between the rings of the molecules in the [110] direction. There is no short nitroamino intermolecular


 distance.
## Comment

This work is part of a series of structural studies on the 4 -nitropyridine $N$-oxide (NPNO) derivatives. At the moment two derivatives of NPNO and aminobenzoic acids are known: NPNO + 2-aminobenzoic acid (OABA; Moreno Fuquen, Lechat \& de Almeida Santos, 1991) and NPNO + 3-aminobenzoic acid (MABA; Moreno Fuquen, de Castro \& Lechat, 1992). The crystal structure determination of NPNO + 4-aminobenzoic acid (PABA) has been undertaken in order to analyse the type of hydrogen bond formed, to prove the existence of other intermolecular contacts and to explore the possibility of application of this system in non-linear optics.


Fig. 1 illustrates the NPNO and PABA adduct as a whole. This molecular complex owes its formation to an intermolecular hydrogen bond between O 1 of the $N$ oxide group of NPNO and O-H of the carboxyl group of PABA. The $\mathrm{O} 1 \cdots \mathrm{O} 5$ distance is 2.640 (4) $\AA$. There is another weaker intermolecular hydrogen bond between HN32 and O4 (symmetry $\frac{1}{2}-x, 2-y, z-\frac{1}{2}$ ). This
$\dagger$ In memoriam.
links molecules in chains along the $c$ axis. Additional hydrogen-bond information is given in Table 3. This molecular complex exhibits overlap between NPNO and PABA molecules in the [110] direction. The mean interplanar distance between the overlapped rings are equal to 3.48 (4) and $3.50(4) \AA$. Fig. 2 shows two symmetry-related molecules which form the half of the cell contents growing in the $c$ direction. This molecular complex may be described by two planes, which essentially contain the rings of both molecules with a dihedral angle equal to $127.65(8)^{\circ}$. The internal distances and angles of the NPNO and PABA moieties are consistent with the data reported in the literature (Eichhorn, 1956; Wang, Blessing, Ross \& Coppens, 1976; Lai \& Marsh, 1967). There is a difference in the C6-C7 distance in PABA, changing from 1.455 (6) and 1.464 (6) to 1.485 ( 5 ) $\AA$. This difference is attributed to the hydrogen-bond formation of the molecular complex.


Fig. 1. Representation of the hydrogen-bonded complex showing the atomic numbering. The displacement ellipsoids are shown at the $50 \%$ probability level.


Fig. 2. The molecular packing shows a system formed by chains extended along the $c$ axis and linked by hydrogen bonds.

As has been observed for other NPNO-aminobenzoic systems (NPNO-OABA, NPNO-MABA), this system does not have the nitroaniline interactions (see Table 3). This is contrary to the observations in nitroaniline systems (Panunto, Urbánczyk-Lipkowska, Johnson \& Etter, 1987; Etter, 1990). The second harmonic generation of this compound is poor because of an absorption band in the $U V$-visible region.

## Experimental

The co-crystal can be obtained by two methods: by a solidstate reaction and from solution. The solid-state reaction involves mixing finely ground powders of the starting materials in an agate mortar: a colour change from yellow to orange-red is seen. The crystal used for this structure determination was prepared by slow evaporation from an equimolar solution of the starting compounds in acetonitrile.

## Crystal data

$\mathrm{C}_{5} \mathrm{H}_{4} \mathrm{~N}_{2} \mathrm{O}_{3} . \mathrm{C}_{7} \mathrm{H}_{7} \mathrm{NO}_{2}$
$M_{r}=277.24$
Orthorhombic
$P 2{ }_{1} 2_{1} 2_{1}$
$a=7.0549(10) \AA$
$b=12.4741(10) \AA$
$c=14.1928(10) \AA$
$V=1249.0(2) \AA^{3}$
$Z=4$
$D_{x}=1.474 \mathrm{Mg} \mathrm{m}^{-3}$
$D_{m}=1.45 \mathrm{Mg} \mathrm{m}^{-3}$
$D_{m}$ measured by flotation, KI solution

- Data collection

Enraf-Nonius CAD-4
diffractometer
$\omega / 2 \theta$ scans
Absorption correction: none
1504 measured reflections
1479 independent reflections
1191 observed reflections
$[I>2.0 \sigma(I)]$

## Refinement

Refinement on $F^{2}$
$R(F)=0.0448$
$w R\left(F^{2}\right)=0.1134$
$S=1.796$
1479 reflections
182 parameters
H -atom parameters not refined
$w=1 /\left[\sigma^{2}\left(F_{o}^{2}\right)+(0.0447 P)^{2}\right]$
where $P=\left(F_{o}^{2}+2 F_{c}^{2}\right) / 3$
$(\Delta / \sigma)_{\text {max }}<0.001$
$\Delta \rho_{\text {max }}=0.205 \mathrm{e}^{-3}$
$\Delta \rho_{\text {min }}=-0.209 \mathrm{e}^{-3}$
Table 1. Fractional atomic coordinates and equivalent isotropic displacement parameters $\left(\AA^{2}\right)$

| $U_{\text {iso }}$ for H atoms, $U_{\mathrm{eq}}=(1 / 3) \sum_{i} \Sigma_{j} U_{i j} a_{i}^{*} a_{j}^{*} \mathrm{a}_{i} \cdot \mathbf{a}_{j}$ for all others. |  |  |  |  |
| :---: | :---: | :---: | :---: | :---: |
|  | $x$ | $y$ | $z$ | $U_{\text {eq }} / U_{\text {iso }}$ |
| N1 | 0.0529 (5) | 0.6907 (2) | 0.4733 (2) | 0.0522 (7) |
| O1 | 0.0426 (5) | 0.7686 (2) | 0.5344 (2) | 0.0749 (8) |
| C1 | -0.0145 (5) | 0.7068 (3) | 0.3848 (2) | 0.0555 (9) |
| C2 | 0.0019 (5) | 0.6289 (3) | 0.3175 (2) | 0.0535 (8) |
| C3 | 0.0846 (4) | 0.5340 (3) | 0.3418 (2) | 0.0458 (7) |
| C4 | 0.1489 (5) | 0.5163 (3) | 0.4321 (2) | 0.0538 (8) |
| C5 | 0.1319 (5) | 0.5963 (3) | 0.4961 (2) | 0.0573 (9) |

> Mo $K \alpha$ radiation $\lambda=0.71073 \AA$ Cell parameters from 25 reflections $\theta=10.46-18.47^{\circ}$ $\mu=0.117 \mathrm{~mm}^{-1}$ $T=295 \mathrm{~K}$ Prism $0.2 \times 0.2 \times 0.1 \mathrm{~mm}$ Red-orange     $R$ int $=0.029$ $\theta_{\text {max }}=26.31^{\circ}$ $h=0 \rightarrow 8$ $k=0 \rightarrow 15$ $l=0 \rightarrow 17$ 3 standard reflections frequency: 120 min intensity decay: $1.9 \%$

Extinction correction: SHELXL93 (Sheldrick, 1993)

Extinction coefficient: 0.065 (8)

Atomic scattering factors from International Tables for X-ray Crystallography (1974, Vol. IV)
Absolute configuration: Flack (1983)

Table 2. Selected geometric parameters $\left(\AA^{\circ},{ }^{\circ}\right)$

| $\mathrm{N} 1-\mathrm{Ol}$ | 1.305 (3) | C6-04 | 1.210 (4) |
| :---: | :---: | :---: | :---: |
| $\mathrm{Ni}-\mathrm{C} 5$ | 1.342 (4) | C6-05 | 1.316 (4) |
| $\mathrm{Ni}-\mathrm{Cl}$ | 1.358 (4) | C6-C7 | 1.485 (5) |
| $\mathrm{C} 1-\mathrm{C} 2$ | 1.367 (5) | C7-C12 | 1.389 (5) |
| C2-C3 | 1.363 (5) | C7-C8 | 1.389 (4) |
| C3-C4 | 1.378 (4) | C8-C9 | 1.388 (5) |
| $\mathrm{C} 3-\mathrm{N} 2$ | 1.464 (4) | C9-C10 | 1.393 (4) |
| C4-C5 | 1.354 (4) | C10-N3 | 1.375 (4) |
| $\mathrm{N} 2-\mathrm{O} 3$ | 1.212 (4) | C10-C11 | 1.399 (4) |
| $\mathrm{N} 2-\mathrm{O} 2$ | 1.220 (4) | C11-C12 | 1.366 (5) |
| $\mathrm{Ol}-\mathrm{Nl}-\mathrm{C} 5$ | 121.1 (3) | O4-C6-05 | 122.7 (3) |
| $\mathrm{Ol}-\mathrm{Nl}-\mathrm{Cl}$ | 119.0 (3) | O4-C6-C7 | 123.2 (3) |
| $\mathrm{C} 5-\mathrm{Nl}-\mathrm{Cl}$ | 119.9 (3) | $\mathrm{O5}-\mathrm{C} 6-\mathrm{C} 7$ | 114.0 (3) |
| $\mathrm{N} 1-\mathrm{Cl}-\mathrm{C} 2$ | 120.7 (3) | C12-C7-C8 | 118.8 (3) |
| $\mathrm{C} 3-\mathrm{C} 2-\mathrm{Cl}$ | 118.5 (3) | C12-C7--C6 | 119.4 (3) |
| C2-C3-C4 | 121.0 (3) | C8-C7-C6 | 121.8 (3) |
| $\mathrm{C} 2-\mathrm{C} 3-\mathrm{N} 2$ | 119.8 (3) | C9--C8-C7 | 120.1 (3) |
| $\mathrm{C} 4-\mathrm{C} 3-\mathrm{N} 2$ | 119.2 (3) | C8- $93-\mathrm{Cl} 0$ | 121.0 (3) |
| $\mathrm{C} 5-\mathrm{C} 4-\mathrm{C} 3$ | 118.5 (3) | N3-C10-C9 | 120.2 (3) |
| $\mathrm{N} 1-\mathrm{C} 5-\mathrm{C} 4$ | 121.4 (3) | $\mathrm{N} 3-\mathrm{Cl} 10-\mathrm{Cl1}$ | 121.7 (3) |
| $\mathrm{O} 3-\mathrm{N} 2-\mathrm{O} 2$ | 123.8 (3) | C9-- $10-\mathrm{C} 11$ | 118.1 (3) |
| $\mathrm{O} 3-\mathrm{N} 2-\mathrm{C} 3$ | 118.7 (3) | C12-C11-C10 | 120.8 (3) |
| $\mathrm{O} 2-\mathrm{N} 2-\mathrm{C} 3$ | 117.5 (3) | $\mathrm{C} 11-\mathrm{Cl2-C7}$ | 121.2 (3) |

Table 3. Hydrogen-bonding geometry $\left(A^{\circ},{ }^{\circ}\right)$

| $D-\mathrm{H} \cdots A$ | $D-\mathrm{H}$ | $\mathrm{H} \cdots A$ | $D \ldots A$ | $D-\mathrm{H} \cdots A$ |
| :---: | :---: | :---: | :---: | ---: |
| O5—HO5 $\cdots \mathrm{Ol}^{\mathrm{i}}$ | $0.749(3)$ | $1.891(3)$ | $2.640(4)$ | $177.4(3)$ |
| N3—HN32 $\cdots \mathrm{O}^{\mathrm{ii}}$ | $0.904(3)$ | $2.053(3)$ | $2.909(4)$ | $157.5(2)$ |
| N3—HN31 $\cdots \mathrm{O}^{\mathrm{iii}}$ | $1.016(3)$ | $3.080(3)$ | $3.349(4)$ | $96.4(2)$ |

Symmetry codes: (i) $-x, \frac{1}{2}+y, \frac{3}{2}-z$; (ii) $\frac{1}{2}-x, 2-y, z-\frac{1}{2}$; (iii) $x, 1+y, z$.

The H ring atoms were included at geometrically idealized positions. The HO5 atom was found from a difference map and its coordinates were fixed. An isotropic temperature factor of $6.0 \AA^{2}$ was assigned to all H atoms.

Data collection: CAD-4 Software (Enraf-Nonius, 1989). Cell refinement: CAD-4 Software. Data reduction: VAXSDP (Frenz, 1978). Program(s) used to solve structure: SHELXS86 (Sheldrick, 1985). Program(s) used to refine structure: SHELXL93 (Sheldrick, 1993). Molecular graphics: ORTEPII (Johnson, 1976). Software used to prepare material for publication: VAXSDP.

The authors dedicate this work to the memory of Dr Johannes Rüdiger Lechat, colleague, professor and friend who actively participated and lead the beginning of the present investigation. This work received partial support by FINEP, CNPq and FAPESP (Brazilian agencies), COLCIENCIAS (Colombian agency) and Universidad del Valle (Colombia) which are gratefully acknowledged.

Lists of structure factors, anisotropic displacement parameters, Hatom coordinates and complete geometry have been deposited with the IUCr (Reference: CR1177). Copies may be obtained through The Managing Editor, International Union of Crystallography, 5 Abbey Square, Chester CH1 2HU, England.

## References

Eichhorn, E. L. (1956). Acta Cryst. 9, 787-793.
Enraf-Nonius (1989). CAD-4 Software. Version 5.0. Enraf-Nonius, Delft, The Netherlands.
Etter, M. C. (1990). Acc. Chem. Res. 23, 120-126.
Flack, H. D. (1983). Acta Cryst. A39, 876-881.
Frenz, B. A. (1978). The Enraf-Nonius CAD-4 SDP - a Real-Time System for Concurrent X-ray Data Collection and Crystal Structure Determination. Computing in Crystallography, edited by H. Schenk, R. Olthof-Hazekamp, H. van Koningsveld \& G. C. Bassi, pp. 64 71. Delft University Press.

Johnson, C. K. (1976). ORTEPII. Report ORLN-5138. Oak Ridge National Laboratory, Tennessee, USA.
Lai, T. F. \& Marsh, R. E. (1967). Acta Cryst. 22, 885-893.
Moreno Fuquen, R., de Castro, E. V. R. \& Lechat, J. R. (1992). Rev. Colomb. Quím. 21, 7-14.
Moreno Fuquen, R., Lechat, J. R. \& de Almeida Santos, R. H. (1991). Acta Cryst. C47, 2388-2391.
Panunto, T. W., Urbánczyk-Lipkowska, Z., Johnson, R. \& Etter, M. C. (1987). J. Am. Chem. Soc. 109, 7786-7797.

Sheldrick, G. M. (1985). SHELXS86. Program for the Solution of Crystal Structures. University of Göttingen, Germany.
Sheldrick, G. M. (1993). SHELXL93. Program for Crystal Structure Refinement. University of Göttingen, Germany.
Wang, Y., Blessing, R. H., Ross, F. K. \& Coppens, P. (1976). Acta Cryst. B32, 572-578.

Acta Cryst. (1996). C52, 222-224

## 1-(Benzo[a]phenazin-5-yl)-2-acetyloxynaphthalene, $\dagger \mathrm{C}_{28} \mathrm{H}_{18} \mathrm{~N}_{2} \mathrm{O}_{2}$

Vickie McKee, ${ }^{a}$ Malachy McCann, ${ }^{b}$ Nigel C. Connaughton ${ }^{b}$ and Michael G. Kennedy ${ }^{b}$
${ }^{a}$ School of Chemistry, Queen's University, Belfast BT9 5AG, Northern Ireland, and ${ }^{b}$ Chemistry Department, St Patrick's College, Maynooth, Co Kildare, Ireland
(Received 18 September 1995; accepted 10 October 1995)

## Abstract

The angle between the benzo[a]phenazin-5-yl and naphthyl rings is $80.42(7)^{\circ}$ and the benzo $a$ ]phenazin- $5-\mathrm{yl}$ rings exhibit $\pi-\pi$ stacking.

## Comment

The title compound, (4), has been prepared previously (Bader, 1951) but the structure has not been reported. A perspective view of a molecule of (4) is shown in

[^0]© 1996 Intemational Union of Crystallography
Printed in Great Britain - all rights reserved



Fig. 1. As expected, both the benzo[ $a$ ]phenazin-5-yl and naphthyl ring systems are planar (r.m.s. deviations 0.028 and $0.015 \AA$, respectively). The mean planes of the two ring systems are inclined at $80.42(7)^{\circ}$ and the normal to the plane of the acetate group forms an angle of $76.6(1)^{\circ}$ with that of the naphthyl ring. None of the


Fig. 1. Perspective views of the title molecule showing $30 \%$ probability displacement ellipsoids. The H atoms are shown as small spheres for clarity.

Acta Crystallographica Section C
ISSN 0108-2701 © 1996


[^0]:    $\dagger$ Alternative nomenclature: 1-(benzo[ $a$ ]phenazin-5-yl)naphthalen-2-yl acetate.

